Linez, F.; Ritt, M.; Rauch, C.; Kilanski, L.; Choi, S.; Speck, J.S.; Räisänen, J.; Tuomisto, F.

He implantation induced defects in InN

Published in:
Journal of Physics: Conference Series

DOI:
10.1088/1742-6596/505/1/012012

Published: 01/01/2014

Document Version
Publisher's PDF, also known as Version of record

Please cite the original version:
He implantation induced defects in InN

This content has been downloaded from IOPscience. Please scroll down to see the full text.
(http://iopscience.iop.org/1742-6596/505/1/012012)

View the table of contents for this issue, or go to the journal homepage for more

Download details:
IP Address: 130.233.216.246
This content was downloaded on 08/06/2017 at 06:49

Please note that terms and conditions apply.

You may also be interested in:

Maximum permissible fluence
T E Burlin and B M Wheatley

Vacancy-Type Defects in Be-Implanted InP
Long Wei, Shoichiro Tanigawa, Akira Uedono et al.

A Novel Atomic Force Microscopy Observation Technique for Secondary Defects of Ion Implantation, using Anodic Oxidation
Shinji Fujii, Genshu Fuse, Yoshikazu Harada et al.

Application of Thermal Desorption Spectroscopy to the Study of Defects Induced by Arsenic Implantation
Kazuyuki Saito, Yoshiyuki Sato, Norikuni Yabumoto et al.

Physical Property of Disordered-GaAs Produced by Ion Implantation
Shunji Nojima

High dose Fe implantation of GaN: damage build-up and dopant redistribution
A Y Azarov, A Hallén, J Jensen et al.

Cathode and photo luminescence of silicon dioxide layer implanted with Ge negative ions at multi-energy
N Arai, H Tsuji, K Kojima et al.
He implantation induced defects in InN.

F Linez1, M Ritt1, C Rauch1, L Kilanski2, S Choi4, J Räisänen3, J S Speck4 and F Tuomisto1

1 Department of Applied Physics, Aalto University, Otakaari 1M, 02150 Espoo, Finland
2 Institute of Physics, Polish Academy of Sciences al. Lotnikow 32/46, 02-668 Warsaw, Poland
3 Department of Physics, University of Helsinki, P.O. Box 43, FI-00014, University of Helsinki, Finland
4 Materials Department, University of California, Santa Barbara, California 93106 USA

E-mail: florence.linez@aalto.fi

Abstract. InN layers have been implanted with helium at 158 keV at various fluences to study
the nature of the generated defects. The defects have been probed using positron annihilation
spectroscopy. The first measurements showed that at least two different kinds of defects are
created depending of the implantation fluence. The second measurements performed two years
later gave different results suggesting that at least one of these defects is not stable at room
temperature.

1. Introduction

InN is a significant semiconductor with many interesting properties such as low direct band
gap (0.7 eV) [1–5] and high electron mobility promising applications in optoelectronics and
high-speed electronics [6–8]. The presence of intrinsic point defects can change the electrical
properties of the material in an advantageous way or not: In vacancies (V_{In}) and N vacancies
(V_{N}) are expected to be the dominant intrinsic acceptors and donors, respectively, according
to latest density functional theory calculations. The understanding and control of these defects is
consequently an important element in the development of the industrial applications. Despite
major research efforts in that area, relatively little is known about the properties of defects in
InN especially their annealing temperature.

High-energy particle irradiation has been demonstrated as an effective way to control the
conductivity of undoped InN by creating defects. The implantation of InN with helium could be
an effective tool for precise control of In vacancy concentration without the risk of unintentional
doping. In the frame of a more global work on the effects of the different defects on the InNs
electrical properties, we have studied the defects generated by He-ions implantation in this
material. The damaged zones of the implanted samples have been probed using the positron
annihilation spectroscopy. The samples have been probed twice with a delay of 2 years. The
measurements show an evolution of the defects detected by positrons. These never before
observed changes will be discussed.

2. Experimental techniques

The studied samples are undoped 2 μm layer of InN grown on GaN wafer by plasma-assisted
molecular beam epitaxy (n=5×10^{17} \, cm^{-3}, \mu=1500 \, cm^2V^{-1}s^{-1}), implanted with 158 \, keV-He
ions at three fluences $8 \times 10^{12}$, $8 \times 10^{14}$ and $8 \times 10^{15}$ cm$^{-2}$ at room temperature in the University of Helsinki. Both damage and He-implantation depth profiles calculated using SRIM 2013 in full damage cascade calculation mode are plotted figure 1. The projected range is at about 580 nm. The Doppler broadening measurements of the positron-electron annihilation radiation were performed with a variable-energy positron beam on an energy range from 0.5 to 35 keV with high-purity Ge detectors. The positron implantation depth profiles drawn figure 1-a show that up to 15 keV positrons probed only damaged area then they start probing the undamaged one behind the He peak. From 25 keV, positrons can reach the GaN substrate. The conventional low-momentum (S) and high-momentum (W) annihilation parameters have been used to analyse the data [9].

![Figure 1](image)

**Figure 1.** a) Vacancy and He concentration depth profiles as calculated using SRIM 2013. Positron implantation depth profile are plotted for positron energy from 2 to 20 keV. First results: b) and c) Normalized S and W parameter values as a function of positron energy. d) W as a function of S parameter for positron energy from 4 to 20 keV. The full square symbol represents the positron annihilation characteristics in the V$_{\text{In}}$ as reported by Rauch et al. [10].

3. Results and discussion

3.1. First measurements

The results of the measurements performed two weeks after implantation are plotted in figure 1. S and W parameters values are normalized with those of the as-grown sample ones that coincide with the InN lattice values [10] ($S_{\text{AG}} = 0.460 \pm 0.001$, $W_{\text{AG}} = 0.0491 \pm 0.0008$). The figure 1-b. shows the S parameter as a function of the positron energy. The as-grown curve can be shared in three parts: up to 3 keV positrons probe a part of the surface, between 4 and 25 keV the plateau corresponds to the bulk of the InN layer, and after 25 keV, S decreases because positrons start probing the GaN substrate layer. In the case of implanted samples, one can observe that whatever the fluence, the S value is higher than that of the as-grown sample that means defects are detected. At the fluence of $8 \times 10^{12}$ cm$^{-2}$, S (resp. W) values form a plateau
up to energy of 15 keV where it starts slightly decreasing (resp. increasing). At the fluence of $8 \times 10^{13}$ cm$^{-2}$, the S and W values are respectively higher and lower than the previous fluence ones and the curves shapes are different. The S values slightly increase and start decreasing clearly for positron energies higher than 20 keV. The W curve decreases strongly between 5 and 15 keV then increases up to 35 keV. Finally at the fluence $8 \times 10^{15}$ cm$^{-2}$, the S values seems to form a plateau up to 12 keV then decrease progressively in the range 15-25 keV.

In the figure 1-d the W parameter is plotted as a function of the S one for the positron energy range 4-20 keV corresponding to the damaged area. The (S, W) points for the three fluences are not aligned with the InN reference point (1, 1) indicating that the defects detected by positrons have different nature. For the lowest fluence, the points form a straight line named $(D_1)$. For the highest fluence, the points are grouped close to the point $V_{In}$ giving the positron annihilation characteristics in the Indium vacancy [10], suggesting that this defect is detected by all the positrons. In the case of the intermediate fluence, the (S, W) points are not aligned with the as-grown sample annihilation characteristics indicating that more than one type of defect is detected. These points being partly on the (InN-$V_{In}$) line, one of these defects could be the $V_{In}$ one. The rest of the points form a line $(D_2)$ with the InN reference point.

![Figure 2](image_url)

**Figure 2.** Positron results after 2 years of storage in air. a) and b) Normalized W and S parameter values as a function of positron energy for the three fluences and the as-grown reference sample. c) W as a function of S parameter. d) Comparison of data obtained before and after storage for 2 years.

### 3.2. Measurements 2 years after

The figure 2 shows the results of the Doppler broadening measurements performed two years after the implantation, with the samples stored in ambient conditions. The S and W curves have significantly changed. For the sample implanted with the lowest fluence, the S and W parameter values are equivalent to those of the as-grown sample meaning that no vacancy-type defect is detected. At the highest fluence, the S and W curves have the same shape than for the previous measurements but the S and W values are both lower in the whole positron energy range. For
instance, the plateau between 4 and 10 keV clearly decreases for the S parameter (figure 1-b and figure 2-b). That indicates a change in the defect distribution. For the intermediate fluence, the main change occurs in the first part under the surface, for positron energy up to 10 keV. The S (resp. W) parameter values have decreased (resp. increased) to merge with the InN reference ones. The second parts of the curves are roughly as the previous ones. In the figure 2-c showing the evolution of the W parameter as a function of the S one, one can observe that all the (S, W) points are aligned with the as-grown reference point. The error bars indicated for the Indium vacancy annihilation characteristics suggest than this vacancy might be also on the same line.

3.3. Comparison and discussion

The figure 2-d allows us to compare the positron annihilation states observed in both cases. From three lines defined by the (S, W) points during the first measurements, \((D_1), (InN-V_{In})\) and \((D_2)\), just \((D_2)\) is remaining after two years. The annihilation state observed at the lowest fluence disappeared and no other defect are detected. At the intermediate fluence, a part of the points which were on the \((D_2)\) line are still there but the other part which was between the \((D_1)\) and the \((D_2)\) lines are now only on the \((D_2)\) line. It is the same at the highest fluence for which all the points moved from the \((InN-V_{In})\) line to the \((D_2)\) line. These observations suggest that at least three annihilation states were detected during the first measurements: the lattice and two vacancy type defects. Indeed in the case of the high fluence, the annihilation states observed could be a mixture of those generating the \((D_1)\) and the \((D_2)\) lines respectively called \(V_X\) and \(V_Y\). On the other hand, these results highlight that after 2 years, the defect \(V_X\) has disappeared indicating that it is not stable at room temperature.

4. Conclusion

InN samples have been implanted with 158 keV-He ions at three different fluences to study the nature of defects generated and their properties. The damaged layer has been probed by positron annihilation spectroscopy first just after the implantation then two years after. The first results have shown that at least two different types of vacancy defects are created. The second measurement session has highlighted that at least one of the induced defects was not stable at room temperature. Complementary analysis and experiments will be needed to identify the involved defects, but the instability of a defect at room temperature is already an interesting observation from ion implantation processing point of view.

Acknowledgments

This work has been partially funded by the Academy of Finland.

References